This article was downloaded by:
On: 23 January 2011
Access details: Access Details: Free Access
Publisher Taylor \& Francis
Informa Ltd Registered in England and Wales Registered Number: 1072954 Registered office: Mortimer House, 3741 Mortimer Street, London W1T 3JH, UK


## Journal of Coordination Chemistry

Publication details, including instructions for authors and subscription information:
http://www.informaworld.com/smpp/title $\sim$ content=t713455674

# Synthesis and crystal structure of a three-dimensional network coordination polymer: $\left[\mathrm{Pb}\left(\mathrm{C}_{5} \mathrm{H}_{4} \mathrm{NCOO}\right)_{2}\left(\mathrm{H}_{2} \mathrm{O}\right)\right]_{\text {bbx-i } n</ i>}$ 

Jian Zhou ${ }^{\text {a }}$; Yu-Zhou Yuan ${ }^{\text {a }}$; Xing Liu ${ }^{\text {a }}$; Dong-Qing Lia ${ }^{\text {a }}$; Zhen Zhou ${ }^{2}$; Zhen-Feng Chen ${ }^{\text {b }}$; Kai-Bei Yu ${ }^{\text {c }}$ ${ }^{\text {a }}$ Department of Chemistry and Biology, Yulin Normal University, Yulin 537000, People's Republic of China ${ }^{\text {b }}$ College of Chemistry and Chemical Engineering, Guangxi Normal University, Guilin 541004, People's Republic of China ${ }^{\text {c }}$ Analysis and Test Center, Chinese Academy of Sciences, Chengdu 610041, People's Republic of China

To cite this Article Zhou, Jian, Yuan, Yu-Zhou , Liu, Xing, Li, Dong-Qing, Zhou, Zhen, Chen, Zhen-Feng and Yu, KaiBei(2006) 'Synthesis and crystal structure of a three-dimensional network coordination polymer:
$\left[\mathrm{Pb}\left(\mathrm{C}_{5} \mathrm{H}_{4} \mathrm{NCOO}\right)_{2}\left(\mathrm{H}_{2} \mathrm{O}\right)\right]_{\text {cbx } \mathrm{i} \text { in }<i \mathrm{i}}$ ', Journal of Coordination Chemistry, 59: 13, $1477-1482$
To link to this Article: DOI: 10.1080/00958970600559591
URL: http://dx.doi.org/10.1080/00958970600559591

## PLEASE SCROLL DOWN FOR ARTICLE

Full terms and conditions of use: http://www.informaworld.com/terms-and-conditions-of-access.pdf
This article may be used for research, teaching and private study purposes. Any substantial or systematic reproduction, re-distribution, re-selling, loan or sub-licensing, systematic supply or distribution in any form to anyone is expressly forbidden.
The publisher does not give any warranty express or implied or make any representation that the contents will be complete or accurate or up to date. The accuracy of any instructions, formulae and drug doses should be independently verified with primary sources. The publisher shall not be liable for any loss, actions, claims, proceedings, demand or costs or damages whatsoever or howsoever caused arising directly or indirectly in connection with or arising out of the use of this material.

# Synthesis and crystal structure of a three-dimensional network coordination polymer: $\left[\mathrm{Pb}\left(\mathrm{C}_{5} \mathrm{H}_{\mathbf{4}} \mathrm{NCOO}\right)_{2}\left(\mathrm{H}_{2} \mathrm{O}\right)\right]_{n}$ 

JIAN ZHOU* $\dagger$, YU-ZHOU YUAN $\dagger$, XING LIU $\dagger$, DONG-QING LI $\dagger$, ZHEN ZHOU $\dagger$, ZHEN-FENG CHEN $\ddagger$ and KAI-BEI YU§<br>$\dagger$ Department of Chemistry and Biology, Yulin Normal University, Yulin 537000, People's Republic of China<br>$\$$ College of Chemistry and Chemical Engineering, Guangxi Normal University, Guilin 541004, People's Republic of China §Analysis and Test Center, Chinese Academy of Sciences, Chengdu 610041, People's Republic of China

(Received 29 August 2005; in final form 28 October 2005)


#### Abstract

A new coordination polymer $\left[\mathrm{Pb}\left(\mathrm{C}_{5} \mathrm{H}_{4} \mathrm{NCOO}\right)_{2}\left(\mathrm{H}_{2} \mathrm{O}\right)\right]_{n}$ has been prepared by reaction of $\mathrm{Pb}\left(\mathrm{NO}_{3}\right)_{2}$ with isonicotinic acid in the presence of equimolar NaOH . Single-crystal X-ray diffraction analysis reveals that the coordination geometry of each lead(II) centre in $\left[\mathrm{Pb}\left(\mathrm{C}_{5} \mathrm{H}_{4} \mathrm{NCOO}\right)_{2}\left(\mathrm{H}_{2} \mathrm{O}\right)\right]_{n}$ is a distorted square antiprism comprised of five O atoms and one N atom from three distinct isonicotinate ligands, and two water molecules. The complex displays a three-dimensional network structure, in which isonicotinate ligands adopt two different bridging coordination modes.


Keywords: Crystal structure; Lead; Isonicotinate

## 1. Introduction

Metal-organic polymeric frameworks containing metal ions and organic bridging ligands have developed in recent years due to their particular beauty and intriguing architectural diversity and crystal packing motifs along with potential applications as functional materials [1, 2]. In particular, the rational selection of multifunctional organic ligands containing appropriate coordination sites plays a role in adjusting the coordination frameworks, and the nature of the donors may lead to formation

[^0]of unique networks with desired properties and functions [3]. Isonicotinic acid is an excellent multidentate bridging ligand which has been extensively employed to synthesize a variety of metal coordination polymers because the N and O donors on opposite sites of the pyridine ring can make isonicotinic acid a linear ligand. Examples of these polymers are the 1-D rare earth polymer $\left[\mathrm{Ln}\left(\mathrm{C}_{5} \mathrm{H}_{4} \mathrm{NCOO}\right)_{3}\left(\mathrm{H}_{2} \mathrm{O}\right)_{2}\right]_{n}$ $(\mathrm{Ln}=\mathrm{Nd}, \mathrm{Gd})$ [4], a T-shaped 1-D chain polymer $\left[\mathrm{Cd}\left(\mathrm{C}_{5} \mathrm{H}_{4} \mathrm{NCOO}\right)\left(\mathrm{C}_{5} \mathrm{H}_{5} \mathrm{NCOO}\right)\right.$ $\left.\left(\mathrm{NO}_{3}\right)\left(\mathrm{H}_{2} \mathrm{O}\right)\right]_{n}[5]$, 2-D network polymer $\left[\mathrm{Cd}_{4}\left(\mathrm{C}_{5} \mathrm{H}_{4} \mathrm{NCOO}\right)_{8}\left(\mathrm{H}_{2} \mathrm{O}\right)_{4}\right]_{n}$ [6] and 3-D extended frameworks $\left[\mathrm{Fe}\left(\mathrm{C}_{5} \mathrm{H}_{4} \mathrm{NCOO}\right)_{2}\right]_{n}[7]$. However, most of the reported structures are transition metal complexes; complexes with $\mathrm{Pb}(\mathrm{II})$ ions as main group metal have been seldom reported [8]. Herein the crystal structure of a three-dimensional lead(II) coordination polymer, $\left[\mathrm{Pb}\left(\mathrm{C}_{5} \mathrm{H}_{4} \mathrm{NCOO}\right)_{2}\left(\mathrm{H}_{2} \mathrm{O}\right)\right]_{n}$, is reported.

## 2. Experimental

Isonicotinic acid $\left(\mathrm{C}_{5} \mathrm{H}_{4} \mathrm{NCOOH}\right), \mathrm{NaOH}, \mathrm{CH}_{3} \mathrm{CH}_{2} \mathrm{OH}$ and $\mathrm{Pb}\left(\mathrm{NO}_{3}\right)_{2}$ were used as received commercially without further purification. IR spectra were recorded on a Nicolet FT-IR Spectrophotometer with KBr pellets (range: $4000-400 \mathrm{~cm}^{-1}$ ) and elemental analysis for $\mathrm{C}, \mathrm{H}$ and N was determined on a Varlo ERBA1106EL, analyzer.

### 2.1. Synthesis of $\left[\mathrm{Pb}\left(\mathrm{C}_{5} \mathrm{H}_{4} \mathrm{NCOO}\right)_{2}\left(\mathrm{H}_{2} \mathrm{O}\right)\right]_{\mathrm{n}}$

A mixture of $\mathrm{Pb}\left(\mathrm{NO}_{3}\right)_{2}(1.0 \mathrm{mmol})$, isonicotinic acid $(2.0 \mathrm{mmol}), \mathrm{NaOH}(2.0 \mathrm{mmol})$, ethanol ( 12 mL ) and $\mathrm{H}_{2} \mathrm{O}(6 \mathrm{~mL})$ was sealed in a 26 mL stainless-steel reactor with a Teflon liner, heated to 423 K for 5 days, and then cooled to room temperature, obtaining yellow crystals of $\left[\mathrm{Pb}\left(\mathrm{C}_{5} \mathrm{H}_{4} \mathrm{NCOO}\right)_{2}\left(\mathrm{H}_{2} \mathrm{O}\right)\right]_{n}$ in $56 \%$ yield (based on Pb ). Anal. Found: C, 30.53; H, 2.43; N, 5.82. Calcd for $\mathrm{C}_{12} \mathrm{H}_{10} \mathrm{~N}_{2} \mathrm{O}_{5} \mathrm{~Pb}$ : C, 30.68; H, 2.13; $\mathrm{N}, 5.96 \%$. IR ( KBr pellets, $\mathrm{cm}^{-1}$ ) : 3408(s), 3053(w), 2856(w), 1694(v), 1625(m), 1547(s), 1303(s), 1259(s), 1026(m), 991(w), 914(w), 756(m).

### 2.2. X-ray crystallography

The diffraction data were collected on a Siemens P 4 diffractometer in the range $2.20 \leq \theta \leq 25.49^{\circ}$ for $\left[\mathrm{Pb}\left(\mathrm{C}_{5} \mathrm{H}_{4} \mathrm{NCOO}\right)_{2}\left(\mathrm{H}_{2} \mathrm{O}\right)\right]_{n}$ at $296(2) \mathrm{K}$ with graphite monochromated $\mathrm{Mo}-\mathrm{K} \alpha$ radiation ( $\lambda=0.71073 \AA$ ). A total of 2817 reflections were collected, of which 2491 were unique. The structures were solved by direct methods (SHELXS-97) [9] and refined by full-matrix least-squares calculations on $F^{2}$ (SHELXL-97) [10]. All non-hydrogen atoms were located with successive difference Fourier syntheses and refined anisotropically, while H atoms on C atoms were positioned geometrically and allowed to ride on their parent atoms, with $\mathrm{C}-\mathrm{H}$ distances of $0.93 \AA$, and $U_{\text {iso }}(\mathrm{H})=1.2 U_{\text {eq }}(\mathrm{C})$. Coordination water H atoms were located in a difference map and refined, subject to an $\mathrm{O}-\mathrm{H}$ restraint of $0.821(10) \AA$. The absolute structure which has been determined is in accord with the selected setting (Flack $\chi$ parameter is $-0.04(2)$ ) [11]. The crystal data and details of crystal structure determinations are summarized in table 1 and selected bond lengths and bond angles are listed in table 2.

Table 1. Crystal data and structure refinement details for $\left[\mathrm{Pb}\left(\mathrm{C}_{5} \mathrm{H}_{4} \mathrm{NCOO}\right)_{2}\left(\mathrm{H}_{2} \mathrm{O}\right)\right]_{n}$.

| Compound | $\left[\mathrm{Pb}\left(\mathrm{C}_{5} \mathrm{H}_{4} \mathrm{NCOO}\right)_{2}\left(\mathrm{H}_{2} \mathrm{O}\right)\right]_{n}$ |
| :--- | :--- |
| Empirical formula | $\mathrm{C}_{12} \mathrm{H}_{10} \mathrm{~N}_{2} \mathrm{O}_{5} \mathrm{~Pb}$ |
| Formula weight | 469.41 |
| Crystal size $\left(\mathrm{mm}^{3}\right)$ | $0.46 \times 0.30 \times 0.16$ |
| Temperature $(\mathrm{K})$ | $296(2)$ |
| Wavelength $(\AA)$ | 0.71073 |
| Crystal system | Monoclinic |
| Space group | $C c$ |
| $a(\AA)$ | $10.915(2)$ |
| $b(\AA)$ | $18.554(3)$ |
| $c(\AA)$ | $7.094(1)$ |
| $\beta\left({ }^{\circ}\right)$ | $111.10(1)$ |
| Volume $\left(\AA^{3}\right)$ | $1340.34(34)$ |
| $Z$ | 4 |
| $D_{\text {Calcd }}\left(\right.$ g cm $\left.^{-3}\right)$ | 2.326 |
| $\mu\left(\right.$ mm $\left.^{-1}\right)$ | 12.608 |
| $F(000)$ | 872 |
| $\theta$ range $\left.{ }^{\circ}\right)$ | $2.20-25.49$ |
| Limiting indices | $-13 \leq h \leq 13,-22 \leq k \leq 22,-8 \leq l \leq 8$ |
| Reflections collected | 2817 |
| Independent reflections | $2491\left(R_{\text {int }}=0.0335\right)$ |
| Data/restraints $/$ parameters | $2491 / 5 / 185$ |
| Absorption correction | Empirical |
| Max. and min. transmission | $0.8699,0.2410$ |
| Refinement method | Full-matrix least-squares on $F^{2}$ |
| Goodness-of-fit on $F^{2}$ | 1.000 |
| Absolute structure parameter | $-0.04(2)$ |
| Extinction coefficient | $0.0030(3)$ |
| Final $R$ indices $[I>2 \sigma(I)]$ | $R R_{1}=0.0374, w R_{2}=0.0927$ |
| $R$ indices (all data) | $R_{1}=0.0430, w R_{2}=0.0942$ |
| Max/min. $\Delta \rho\left(\mathrm{e} \AA{ }^{-3}\right)$ | $1.490 /-1.618$ |

Table 2. Selected bond lengths $(\AA)$ and angles $\left({ }^{\circ}\right)$ for $\left[\mathrm{Pb}\left(\mathrm{C}_{5} \mathrm{H}_{4} \mathrm{NCOO}\right)_{2}\left(\mathrm{H}_{2} \mathrm{O}\right)\right]_{n}$.

| $\mathrm{Pb}-\mathrm{O}(1)$ | $2.431(10)$ | $\mathrm{Pb}-\mathrm{O}(3) \# 1$ | $2.563(13)$ |
| :--- | :---: | :--- | :---: |
| $\mathrm{Pb}-\mathrm{O}(4) \# 1$ | $2.628(11)$ | $\mathrm{Pb}-\mathrm{N}(2)$ | $2.68(2)$ |
| $\mathrm{Pb}-\mathrm{O}(2) \# 2$ | $2.739(10)$ | $\mathrm{Pb}-\mathrm{O}(2)$ | $2.741(11)$ |
| $\mathrm{Pb}-\mathrm{O}(5)$ | $2.855(13)$ | $\mathrm{Pb}-\mathrm{O}(5) \# 2$ | $3.001(13)$ |
| $\mathrm{O}(1)-\mathrm{Pb}-\mathrm{O}(3) \# 1$ | $99.9(5)$ | $\mathrm{O}(1)-\mathrm{Pb}-\mathrm{O}(4) \# 1$ | $81.3(4)$ |
| $\mathrm{O}(3) \# 1-\mathrm{Pb}-\mathrm{O}(4) \# 1$ | $50.0(4)$ | $\mathrm{O}(1)-\mathrm{Pb}-\mathrm{N}(2)$ | $73.6(5)$ |
| $\mathrm{O}(3) \# 1-\mathrm{Pb}-\mathrm{N}(2)$ | $76.9(6)$ | $\mathrm{O}(4) \# 1-\mathrm{Pb}-\mathrm{N}(2)$ | $115.3(5)$ |
| $\mathrm{O}(1)-\mathrm{Pb}-\mathrm{O}(2) \# 2$ | $89.0(4)$ | $\mathrm{O}(3) \# 1-\mathrm{Pb}-\mathrm{O}(2) \# 2$ | $147.0(4)$ |
| $\mathrm{O}(4) \# 2-\mathrm{Pb}-\mathrm{O}(2) \# 2$ | $162.5(3)$ | $\mathrm{N}(2)-\mathrm{Pb}-\mathrm{O}(2) \# 2$ | $75.3(5)$ |
| $\mathrm{O}(1)-\mathrm{Pb}-\mathrm{O}(2)$ | $50.2(3)$ | $\mathrm{O}(3) \# 1-\mathrm{Pb}-\mathrm{O}(2)$ | $128.8(4)$ |
| $\mathrm{O}(4) \# 1-\mathrm{Pb}-\mathrm{O}(2)$ | $81.7(3)$ | $\mathrm{N}(2)-\mathrm{Pb}-\mathrm{O}(2)$ | $118.7(5)$ |
| $\mathrm{O}(2) \# 2-\mathrm{Pb}-\mathrm{O}(2)$ | $80.8(2)$ | $\mathrm{O}(1)-\mathrm{Pb}-\mathrm{O}(5)$ | $115.7(4)$ |
| $\mathrm{O}(3) \# 1-\mathrm{Pb}-\mathrm{O}(5)$ | $105.7(5)$ | $\mathrm{O}(4) \# 1-\mathrm{Pb}-\mathrm{O}(5)$ | $72.9(4)$ |
| $\mathrm{N}(2)-\mathrm{Pb}-\mathrm{O}(5)$ | $169.3(5)$ | $\mathrm{O}(2) \# 2-\mathrm{Pb}-\mathrm{O}(5)$ | $98.7(4)$ |
| $\mathrm{O}(2)-\mathrm{Pb}-\mathrm{O}(5)$ | $68.1(3)$ | $\mathrm{O}(1)-\mathrm{Pb}-\mathrm{O}(5) \# 2$ | $151.8(4)$ |
| $\mathrm{O}(3) \# 1-\mathrm{Pb}-\mathrm{O}(5) \# 2$ | $95.0(5)$ | $\mathrm{O}(4) \# 1-\mathrm{Pb}-\mathrm{O}(5) \# 2$ | $126.2(4)$ |
| $\mathrm{N}(2)-\mathrm{Pb}-\mathrm{O}(5) \# 2$ | $86.8(5)$ | $\mathrm{O}(2) \# 2-\mathrm{Pb}-\mathrm{O}(5) \# 2$ | $66.1(3)$ |
| $\mathrm{O}(2)-\mathrm{Pb}-\mathrm{O}(5) \# 2$ | $131.6(3)$ | $\mathrm{O}(5)-\mathrm{Pb}-\mathrm{O}(5) \# 2$ | $82.6(3)$ |

[^1]
## 3. Results and discussion

As shown in figure 1, each $\mathrm{Pb}(\mathrm{II})$ center is in a distorted square antiprism by coordinating to five O atoms and one N atom from three distinct isonicotinate ligands, and two water molecules. All $\mathrm{Pb}-\mathrm{O}$ bond distances fall in the range of $2.431(10)-3.001(13) \AA$, within the normal range [12]. The $\mathrm{Pb}-\mathrm{N}$ bond length is $2.68(2) \AA$, similar to that reported in $\left[\mathrm{Pb}(\mathrm{bpy})(\mathrm{SCN})_{2}\right]$ [13]. The isonicotinate ligand adopts two kinds of coordination modes. In type A, the ligand adopts a chelating/bridging (one oxygen atom connects two metal atoms, the other connects one metal atom, and the carboxylic group coordinates to two metal atoms) coordination mode and the pyridyl N atom is noncoordinating. The coordination mode of carboxylate is significantly different from the carboxylate of OAc, which acts as both bidentate, and bridging group in a $\mu-1,3$ mode where oxygen atoms of the carboxylate group coordinate to a lead(II) ion and also bridge the two adjacent lead(II) ions in $\left[\mathrm{Pb}(\text { phen })\left(\mathrm{O}_{2} \mathrm{CCH}_{3}\right)\left(\mathrm{O}_{2} \mathrm{NO}\right)\right]_{n}[14]$ and $\left[\mathrm{Pb}\left(\mathrm{H}_{2} \mathrm{O}\right)(\mu-\mathrm{OAc})(\mu-\mathrm{sac})\right]_{n}[15]$, and is less commonly found [16]. In type B , the ligand adopts tridentate bridging coordination (two carboxylate O atoms bind a Pb ion and a pyridyl N atom binds another Pb ion), the carboxylate group adopts chelate bidentate coordination mode, similar to the carboxylate moiety of OAc in $\left[\mathrm{Pb}(\text { phen })_{2}\left(\mathrm{CH}_{3} \mathrm{COO}\right)\right]\left(\mathrm{ClO}_{4}\right)$ [17]. In the polymer, two such $\mathrm{Pb}(\mathrm{II})$ centers $[\mathrm{Pb}$ and PbB$]$ are linked by type A and one O atom of water to give a dimeric unit with an intramolecular $\mathrm{Pb} \ldots \mathrm{Pb}$ distance of $4.571 \AA$, two dimeric units and two such $\mathrm{Pb}(\mathrm{II})$ centers are further bridged by type B to form a hexanuclear macrometallacyclic unit (figure 2). The repeating hexanuclear macrometallacyclic units arrange along the a axis and expand along the $b$ axis to give rise to 2D layer


Figure 1. (a) Perspective view of the coordination environment of the lead atom in $\left[\mathrm{Pb}\left(\mathrm{C}_{5} \mathrm{H}_{4} \mathrm{NCOO}\right)_{2}\left(\mathrm{H}_{2} \mathrm{O}\right)\right]_{n}$; the ellipsoids are shown at $30 \%$ probability and indicate the asymmetric unit (Symmetry code, A: $x-1 / 2,3 / 2-y, 1 / 2+z ; \mathrm{B}: x, 1-y, z-1 / 2$ ); all hydrogen atoms are omitted for clarity. (b) Coordination polyhedron of $\mathrm{Pb}^{2+}$ ion.


Figure 2. A view of the hexanuclear macrometallacyclic unit showing the coordination modes of ligand in $\left[\mathrm{Pb}\left(\mathrm{C}_{5} \mathrm{H}_{4} \mathrm{NCOO}\right)_{2}\left(\mathrm{H}_{2} \mathrm{O}\right)\right]_{n}($ Symmetry code, $\mathrm{A}: ~ x-1 / 2,3 / 2-y, 1 / 2+z ; \mathrm{B}: x, 1-y, z-1 / 2 ; \mathrm{C}: x, 1-y$, $1 / 2+z$ ).


Figure 3. The 3D network structure of $\left[\mathrm{Pb}\left(\mathrm{C}_{5} \mathrm{H}_{4} \mathrm{NCOO}\right)_{2}\left(\mathrm{H}_{2} \mathrm{O}\right)\right]_{n}$.
on the $a b$ plane (figure 3). While isonicotinate ligand (type A) and water molecule join the adjacent layers creating the 3D architecture, which is further stabilized by hydrogen bonding between the coordinated water molecule and atom O 4 of an adjacent carboxylate group [O5-H5A…O4 $4^{\mathrm{i}}$; O...O $2.756(18) \AA$; $\mathrm{O}-\mathrm{H} \cdots \mathrm{O}$ 162(16) ; Symmetry code A: $x-1 / 2,3 / 2-y, 1 / 2+z ; i:-1 / 2+x,-1 / 2+y, z]$, and between the coordinated water molecule and atom N 1 of an adjacent uncoordinated pyridine group
[O5-H5B $\cdots \mathrm{N} 1^{\text {ii }} ; \mathrm{N} \cdots \mathrm{O} 2.84(2) \AA$ A $\mathrm{O}-\mathrm{H} \cdots \mathrm{N} 168(17)^{\circ}$; Symmetry code B: $x, 1-y$, $z-1 / 2$; ii: $x, y,-1+z]$.

## Supplementary material

Crystallographic data for the structure of $\left[\mathrm{Pb}\left(\mathrm{C}_{5} \mathrm{H}_{4} \mathrm{NCOO}\right)_{2}\left(\mathrm{H}_{2} \mathrm{O}\right)\right]_{n}$ has been deposited with the Cambridge Crystallographic Data Centre as supplementary publications CCDC 281556. Copies of the data can be obtained free of charge on application to CCDC, 12 Union Road, Cambridge CB2 1EZ, UK (Fax:+44-1223-336033; E-mail: deposit@ccdc.cam.ac.uk).

## Acknowledgements

The YSF, NSF of Guangxi and Project of One Hundred of Youth Academic Subject Leaders of Guangxi Universities of P. R. China, as well as NSF of P. R. China are thanked for support. This work is also supported by the Teaching and Research Award Program for Outstanding Young Teachers in Higher Education Institutions of the Chinese Ministry of Education.

## References

[1] X. Shi, G.S. Zhu, X.H. Wang, G.H. Li, Q.R. Fang, G. Wu, G. Tian, M. Xue, X.J. Zhao, R.W. Wang, S.L. Qiu. Cryst. Growth Design, 5, 207 (2005).
[2] X. Shi, G.S. Zhu, X.H. Wang, G.H. Li, Q.R. Fang, X.J. Zhao, G. Wu, G. Tian, M. Xue, R.W. Wang, S.L. Qiu. Cryst. Growth Design, 5, 341 (2005).
[3] D. Guo, K. Pang, C.K. Duan, C. He, Q.J. Meng. Inorg. Chem., 41, 5978 (2002).
[4] M.B. Zhang, S.T. Zhang, G.Y. Yang. Chinese J. Struct. Chem., 24, 816 (2005).
[5] X.R. Zeng, R.G. Xiong, X.Z. You, S.S.S. Rai, H.K. Fun. Chinese J. Inorg. Chem., 16, 641 (2000).
[6] S.Y. Niu, Y.X. Chi, J. Jin, G.D. Yang, L. Ye. Chem. J. Chinese Universities, 10, 1804 (2004).
[7] X.Y. Li, H.Y. Guo, R.J. Wang, M.Z. Huang. Acta Chim. Sin., 60, 964 (2002).
[8] S.P. Summers, K.A. Abboud, S.R. Farrab. Inorg. Chem., 33, 88 (1994).
[9] G.M. Sheldrick. SHELXS 97, Program for Crystal Structure Determinations, University of Göttingen, Germany (1997).
[10] G.M. Sheldrick. SHELXL 97, Program for Crystal Structure Refinements, University of Göttingen, Germany (1997).
[11] H.D. Flack. Acta Cryst., A39, 876 (1983).
[12] T.L. Zhang, Y.M. Yang, J.G. Zhang, B. Shao, L. Yang, K.B. Yu. Chinese J. Inorg. Chem., 18, 305 (2002).
[13] A. Morsali, M. Payeghader, S.S. Monfared, M. Moradi. J. Coord. Chem., 56, 761 (2003).
[14] A. Morsali, M. Payheghader, M.S. Salehi. Z. Anorg. Allg. Chem., 628, 12 (2002).
[15] V.T. Yilmaz, S. Hamamci, O. Andac, K. Guven. Z. Anorg. Allg. Chem., 629, 172 (2003).
[16] A.R. Mahjoub, A. Morsali. Polyhedron, 21, 1223 (2002).
[17] A. Morsali, A.R. Mahjoub, S. Janitabar Darzi, M.J. Soltanian. Z. Anorg. Allg. Chem., 629, 2596 (2003).


[^0]:    *Corresponding author. Email: jianzhou888888@yahoo.com.cn

[^1]:    Symmetry code, \#1: $x-1 / 2,3 / 2-y, 1 / 2+z ; \# 2: x, 1-y, z-1 / 2$.

